Direct Conversion of Chemically De-Ashed Coal in Fuel Cells (II)

J. F. Cooper

July 28, 2005

Electrochemical Society Meeting, 208th Los Angeles, CA, United States October 16, 2005 through October 21, 2005
Disclaimer

This document was prepared as an account of work sponsored by an agency of the United States Government. Neither the United States Government nor the University of California nor any of their employees, makes any warranty, express or implied, or assumes any legal liability or responsibility for the accuracy, completeness, or usefulness of any information, apparatus, product, or process disclosed, or represents that its use would not infringe privately owned rights. Reference herein to any specific commercial product, process, or service by trade name, trademark, manufacturer, or otherwise, does not necessarily constitute or imply its endorsement, recommendation, or favoring by the United States Government or the University of California. The views and opinions of authors expressed herein do not necessarily state or reflect those of the United States Government or the University of California, and shall not be used for advertising or product endorsement purposes.
Direct Conversion of Chemically De-Ashed Coal in Fuel Cells (II)

John F. Cooper\textsuperscript{a}, Lawrence Livermore National Laboratory, L-352, Livermore CA 94550, USA

cooper3@LLNL.gov

We review the technical challenges associated with the production and use of various coal chars in a direct carbon conversion fuel cell. Existing chemical and physical de-ashing processes remove material below levels impacting performance at minimal cost. At equilibrium, sulfur entrained is rejected from the melt as COS in the offgas.

A carbon fuel cell reacts elemental carbon and atmospheric oxygen in a molten carbonate electrolyte according to the reaction $\text{C} + \text{O}_2 = \text{CO}_2$ (E$^\circ$ = 1.02 V, 750°C). Fuel cells with anodes of atomically disordered “turbostratic” carbon have been operated at 0.8 V and 1 kA/m$^2$ with essentially pure CO$_2$ product gas—indicating potential for conversion of fossil fuel chars at 80% of the HHV of carbon.\textsuperscript{1}

The use of coal or petroleum-coke chars in such fuel cells may give rise to problems of electrolyte fouling resulting from entrainment of inorganic material (“ash” and sulfur) with the anode. Weaver found that ash at levels up to 10% had no perceptible effect on cell voltages.\textsuperscript{2} For a typical salt loading ($W_{el} \approx 2.3$ g/cm$^2$), current density (i = 0.1 A/cm$^2$), and mass fraction of ash $f$, the time $T_c$ to reach this critical concentration ($f_c = 0.10$) is given by:

$$T_c = \frac{f_c n F W_{el}}{i M_c f}$$

(1)

$M_c$ is the atomic weight of carbon and $F$ is the Faraday constant. This criterion suggests a useful life of the melt of $T_c$ (days) $\approx 0.86/f$. Thus for the mechanically cleaned coal granules with 0.17–1 % ash, the critical time $T_c$ is 506 to 86 days. For the solvent-extracted sources of fuel having $< 0.05%$ ash, equation (1) leads to a time to exhaust the melt approaching 5 years—roughly the life expected for any high temperature cell.

We examined the energy balances and costs associated with deep chemical cleaning of bituminous coal by several pilot processes that now reduce ash levels below 0.2% at costs of $3/GJ. The costs and residual ash are given in Table 1.

<table>
<thead>
<tr>
<th>Process/Developer</th>
<th>Yield, %</th>
<th>Ash, %</th>
<th>S, %</th>
<th>Fuel Cost</th>
</tr>
</thead>
<tbody>
<tr>
<td>U. Ky. Mechanical separation$^3$</td>
<td>90</td>
<td>&lt;1</td>
<td>1-2</td>
<td>$60/ton$</td>
</tr>
<tr>
<td>Bayer leaching; UCC Energy, Ltd. Pty.$^4$</td>
<td>--</td>
<td>0.17-0.27</td>
<td>0.4-2</td>
<td>$3.0-3.3 /GJ$</td>
</tr>
<tr>
<td>NEDO process$^5$</td>
<td>60%</td>
<td>&lt;0.02</td>
<td>--</td>
<td>$\sim 2/GJ$</td>
</tr>
<tr>
<td>Solvent, U. Kentucky$^6$</td>
<td>40-70</td>
<td>0.01-0.06</td>
<td>0.5</td>
<td>--</td>
</tr>
<tr>
<td>WVU-NMP solvent$^7$</td>
<td>40-50</td>
<td>0.04-0.3</td>
<td>1.0</td>
<td>$140/ton^6$,</td>
</tr>
</tbody>
</table>

$^a$ Calculated extract.

Cleaned coal will retain a few percent of bound sulfur and some residual pyrite. Thermodynamic equilibrium calculations (FACT 2.1)\textsuperscript{8} indicate that sulfur is stable in the C/CO$_2$/Na$_2$CO$_3$ system at 750°C only as sulfide ion in the condensed phase in equilibrium with gaseous COS:

$$2\text{CO}_2 + \text{Na}_2\text{S} = \text{COS} + \text{Na}_2\text{CO}_3$$

(2)

The equilibrium relation is:

$$[\text{COS}] / [\text{CO}_2] = K_{750°C} = 0.0225 \text{ atm}^{-1}$$

(3)

Reaction of one mole of carbon produces 3 moles of CO$_2$:

$$\text{C} + 2\text{CO}_2 = 3\text{CO}_2 + 4e^-$$

(4)

At equilibrium, 0.0675 moles of sulfur may be removed as COS per mole of carbon reacted, corresponding to the removal of all sulfur up to a weight percent of 18%-wt.

Were the sulfide to migrate to the cathode, it would be oxidized to the sulfate ion. Solution of the flux equation for the system (Na,K)$_2$CO$_3$, (Na,K)$_2$S, (Na,K)$_2$SO$_4$ allows us to estimate the rate of transport of sulfide and the steady state concentration profiles of sulfide and sulfate ions within the separator. Regardless of the fate and transport of sulfur entrained with coal, the corrosiveness of reduced sulfur for most metals severely limits materials of construction and current collection.

This work was performed under the auspices of the U.S. Department of Energy by University of California, Lawrence Livermore National Laboratory under Contract No. W-7405-Eng-48. We gratefully acknowledge the support of Department of Energy, National Energy Technology Laboratory for supporting this work.

$^a$ Active member of The Electrochemical Society.
8 Facility for the analysis of Chemical Thermodynamics (FACT 2.1), C. W. Bale, A. D. Pelton, and W. T. Thompson, Ecole Polytechnique de Montreal, July 1996.